Coordination polymer-forming liquid Cu(2-isopropylimidazolato)†

Teerat Watcharatpong,‡a Taweesak Pila,‡a Thana Maihom,‡b Tomohiro Ogawa, c†b Takuya Kurihara, c†b Koji Ohara, c†d Tadashi Inoue, c†e Hiroyasu Tabe, c†f Yong-Sheng Wei, c†g Kanokwan Kongpatpanich c†h and Satoshi Horike c†acf

The structure of the melt state of one-dimensional (1D) coordination polymer crystal Cu(ihipim) (melting temperature \(T_m = 143 \, ^\circ\text{C}\)) was characterized by DSC, variable temperature PXRD, solid-state NMR (SSNMR), viscoelastic measurements, XAS, and DFT-AIMD calculations. These analyses suggested “coordination polymer-forming liquid” formation with preserved coordination bonds above \(T_m\). Variable chain configurations and moderate cohesive interaction in adjacent chains are the keys to the rarely observed polymer-forming liquid. The melt structure is reminiscent of the common 1D organic polymer melts such as entanglement or random coil structures.

Introduction

In the molten state of representative one-dimensional (1D) organic polymers such as polyethylene, polypropylene, and so on, they take random coil structures and form entanglement networks if their molar mass is high enough. Isotropic and flexible structures are possible due to the strong covalent bonds with sp\(^3\) carbons and resulting high internal freedom of the polymer chains. Understanding the structure and dynamics of organic polymer melts has been essential for materials engineering such as fibers by melt spinning, and mechanically tough films by oriented crystallization of melts.

Recently, crystal melting and glass formation of coordination polymers (CPs) or metal–organic frameworks (MOFs) have gained much attention. These authors contributed equally to this manuscript.

† Electronic supplementary information (ESI) available: Synthesis, TGA, PXRD, PDF analysis, MD simulation, time-temperature superposition master curves, and EXAFS fitting parameters. See https://doi.org/10.1039/d2sc03223f

‡ These authors contributed equally to this manuscript.

Results and discussion

To find the coordination polymer-forming melt, we employed 1D CPs having a variety of polymer configurations with strong coordination bonds. We selected a 1D CP Cu(ihipim) (1, Hipim = 2-isopropylimidazolato). The previous paper reported the crystal structure and differential scanning calorimetry (DSC) of 1. The 1
shows an endothermic peak at 143 °C in the DSC upscan suggesting the crystal melting. The unique feature of the crystal structure of 1 is that the unit cell contains 6.5 crystallographically independent Cu(ipim) units to form wavy 1D chains (Fig. 1A).

Each chain is packed in parallel to one another through van der Waals interactions. One of the imidazolate rings shows a two-site disorder. The crystal structure has eight di-

Waals interactions. One of the imidazolate rings shows

same traces for all the cycles. PXRD of 1 at 25 °C after four cycles of DSC measurements was identical to that of 1 (Fig. S2).† Thus, the crystal melting and recrystallization behavior are reversible.

Variable temperature (VT)-PXRD was performed to investigate the structural transformation from 1 to 1-melt (\(T_m = 0.99998 \AA\), Fig. 1D). PXRD patterns of 1 in the range of 25 to 120 °C were unchanged. In contrast, we observed a mixed pattern of crystalline and amorphous states at 150 °C which is just above the melting temperature \(T_m (143 \degree C)\) by DSC. This indicates the coexistence of amorphous (melt) and crystalline states. Although we should take different temperature ramping rates of DSC and PXRD into account, the mixed phase at near \(T_m\) would be intrinsic for 1 and it reminds us of the imperfect crystallinity of common organic polymers. PXRD patterns above 175 °C suggest that the sample totally transformed to 1-melt. VT \(^1\)H magic-angle spinning solid-state NMR was performed to study the structure and dynamics of 1 and 1-melt (Fig. 1E). Proton peaks at 1.4, 3.2, and 6.6 ppm correspond to the –CH\(_3\), alkyl CH and N–CH, and NH groups of the ipim ligand, respectively. Each peak is broadened at 30 °C, and spinning side-bands are observed in the broad frequency region, suggesting the low mobility of the structure. The spectra were unchanged at 120 °C indicating that the structure and dynamics of 1 are intact as supported by VT-PXRD. The spectrum of 1-melt at 157 °C showed sharp peaks in addition to the broad peaks. The sharp peaks indicate the enhanced mobility of the ligands due to the crystal melting. The broad residual peaks are ascribed to microcrystals remaining above \(T_m\), which is also consistent with VT-PXRD. The sharp peaks have spinning side-bands, suggesting the presence of weak anisotropic nuclear spin interactions (i.e.
1H dipolar interaction and/or chemical shift anisotropy). This means that the dynamics of the ligands in 1-melt are anisotropic even under the melt state.

X-ray scattering measurements were performed to obtain pair distribution function (PDF) data of 1 and 1-melt at various temperatures (Fig. 2A). A simulated PDF profile from a single crystal X-ray structure of 1 (Fig. S4A and S5†) was used to assign the peaks. The dominant components of three prominent peaks at 6.10, 11.6, and 17.1 Å observed at 30 °C are the nearest neighbor, second-neighbor, and third-neighbor correlations of two intrachain Cu⁺ ions respectively (①). We also found the correlations of N–N overlap in the peaks ② and ③ though the intensities are lower than those of Cu–Cu. This is because N atoms are the first neighboring atoms and coordinate with Cu⁺ ions in a linear fashion. These three peaks ① ~ ③ in G(r) are measured at 175 and 195 °C which are above Tm are shown. The peak intensities and position of the nearest intrachain Cu–Cu neighbor (①) at 175 and 195 °C are unchanged as those at 30 °C. This suggests that the Cu-ipim-Cu bridges remain above Tm. The intensities of the two peaks of second/third neighbors ② and ③ at 175 and 195 °C are reduced compared with the case at 30 °C, suggesting lower structural periodicity due to thermal activation.

To distinguish the contributions of both intrachain and interchain Cu–Cu to the PDF results, we generated a PDF profile by creating a modified crystal structure of 1 leaving only the atoms forming a single chain to exclude the interchain correlations (Fig. S4B).† The 7.45 and 13.5 Å peaks corresponding to Cu–Cu are not observed. This suggests that these peaks are attributed to interchain Cu–Cu. In Fig. 2A, the peak at 7.45 Å is sufficiently intense at 175 °C, while the 13.5 Å peak is significantly attenuated. At 215 °C, both peaks almost disappear. Considering that peaks ① and ② retain some intensity at 215 °C, it is suggested that the correlations in interchain Cu–Cu tend to be smaller than those in intrachain Cu–Cu upon heating. We also observed the shift of these two peaks ② and ③ to be shorter upon heating, and this is because of the higher degree of conformation. The presence of these correlation peaks above Tm indicates that the 1-melt is composed of coordination polymers having sufficient molecular weight.

Theoretical calculations were conducted to understand the structural transformation upon melting. DFT was applied to structural optimization of the crystal structure of 1, and then ab initio molecular dynamics (AIMD) simulations were executed at 25 and 175 °C named as 1(model) and 1-melt(model), respectively (Fig. S6–S8).† We found that the intramolecular reduced pair distribution function G(r) produced from 1-melt(model) is similar to that of 1 (Fig. S9†) by observing peaks at 6.1, 11.6, and 17.1 Å in Fig. 2A. This indicates that the 1-melt(model) successfully describes the structure in 1-melt. A distribution of N–Cu–N bond angles of 1(model) and 1-melt(model) (Fig. S13†) shows that the larger standard deviation in 1-melt(model) indicates the greater structural conformation of the 1-D chain upon melting. Fig. 2B shows the distribution of Cu–Cu distances in 1(model) and 1-melt(model). 1-melt(model) has a broader distribution and it also supports the higher disorder of the melt state with a 1D chain configuration.

We measured variable temperature X-ray absorption spectroscopy (XAS) at 25, 175, 300, 90, and 25 °C to quantify the coordination numbers (CNs) of Cu⁺ using 1(model) and 1-melt(model). The results are summarized in Table S1.† The CNs are estimated to be 1.97 at 175 °C and 1.79 at 300 °C. This suggests that the CN is almost unchanged above Tm and this supports the discussion about the retention of the 1D chain structures above Tm without bond breaking. The lower CN at 300 °C increases upon cooling and it is 1.98 at 25 °C. This indicates that the coordination bonds of N–Cu reform below Tm because of less thermal activation.

Viscoelastic properties of 1 and 1-melt were studied further to support the discussion of the structure of 1-melt. The samples were loaded into a rheometer at 250 °C and cooled stepwise. The strain sweep and frequency sweep test results under the isothermal conditions are shown in Fig. 3A and B, respectively. In the melting state, the real part of the complex modulus, G′, is approximately 10⁶ Pa, and did not depend on the frequency (Fig. 3A). This indicates that the molten state has a high viscosity and requires a certain external force to deform. This property suggests the elasticity and the existence of the network structure. The storage modulus of the compound should be much lower in case the structure does not remain as a 1D network. In addition, careful observation revealed that the moduli at different temperatures could superpose with each other with a horizontal shift and make a composite curve.

Fig. 2 (A) Partial crystal structure of 1 showing the intrachain Cu–Cu correlations at approximately ① 6.10, ② 11.6, ③ 17.1 Å and radial distribution function of 1 at 30 °C and 1-melt at 175, 195 and 215 °C. (B) Distribution plots of Cu–Cu distances of 1(model) (blue) and 1-melt(model) (red) generated from MD simulation. S.D. is the standard deviation, and N is the number of the population.
variable temperature PXRD, SSNMR, XAS, viscoelastic measurements, and DFT-AIMD calculations suggested that the “polymer-forming liquid” is the most probable structure above $T_m$. It is essentially different from 3D MOF cases which require bond-breaking upon melting. Variable chain configurations attributed to the linear coordination geometry and moderate cohesive interaction in adjacent chains are the keys to the polymer-forming liquid. The melt structure is reminiscent of the common 1D organic polymer melts, and the utilization of the polymer melt would expand the materials engineering including oriented, mechanically tough films or fibers.

Author contributions

T. W. and T. P.: data curation, investigation, validation, writing – original draft. T. M. and T. O. and T. K. and K. O. and T. I. and H. T. and Y. -S. W.: formal analysis, investigation, resources, validation, writing – review & editing. K. K. and S. H.: conceptualization, funding acquisition, project administration, supervision, writing – review & editing. All authors critically reviewed and revised the manuscript draft and approved the final version for submission.

Conflicts of interest

There are no conflicts to declare.

Acknowledgements

The work was supported by the Japan Society for the Promotion of Science (JSPS) for a Grant-in-Aid for Scientific Research (B) (JP18H02032), Challenging Research (Exploratory) (JP19K22200), Transformative Research Areas (A) “Supraceramics” (JP22H05147) from the Ministry of Education, Culture, Sports, Science and Technology, Japan and the Ministry of Higher Education, Science, Research and Innovation (RGNS 63-251) and the National Research Council of Thailand (No. N42A650196). We acknowledge Prof. Kazuki Nakanishi for valuable discussion, Dr Tsuyoshi Watanabe for XAS measurements at SPring-8, and Ms. Vetiga Somjit and Mr Kotaro Ohara for the processing of XAS data. The synchrotron radiation experiments were performed using BL02B2 and BL14B2 beamlines at SPring-8 with the approval of JASRI (Proposal Nos. 2019B1093 and 2022A1813). The computational resources were provided by the ASEAN HPC Fugaku Trial 2022 by the A*STAR Computational Resource Centre. This work used computational resources of the supercomputer Fugaku provided by RIKEN through the HPCI System Research Project (Project ID: hp220211).

References

1 M. M. Denn, *Polymer Melt Processing: Foundations in Fluid Mechanics and Heat Transfer*, Cambridge University Press, 2008.

2 J. M. Dealy and J. Wang, *Melt Rheology and its Applications in the Plastics Industry*, Springer, 2nd edn, 2013.
3 D. Umeyama, S. Horike, M. Inukai, T. Itakura and S. Kitagawa, *J. Am. Chem. Soc.*, 2015, **137**, 864–870.
4 T. D. Bennett, J. C. Tan, Y. Yue, E. Baxter, C. Ducati, N. J. Terrill, H. H. Yeung, Z. Zhou, W. Chen, S. Henke, A. K. Cheetham and G. N. Greaves, *Nat. Commun.*, 2015, **6**, 8079.
5 H. Tao, T. D. Bennett and Y. Yue, *Adv. Mater.*, 2017, **29**, 1601705.
6 T. D. Bennett and S. Horike, *Nat. Rev. Mater.*, 2018, **3**, 431–440.
7 L. Frentzel-Beyme, M. Kloss, P. Kolodzieiski, R. Pallach and S. Henke, *J. Am. Chem. Soc.*, 2019, **141**, 12362–12371.
8 H. Tao, T. D. Bennett and Y. Yue, *Adv. Mater.*, 2017, **29**, 1601705.
9 T. D. Bennett and S. Horike, *Nat. Rev. Mater.*, 2018, **3**, 431–440.
10 G. S. Jiang, C. Z. Qu, F. Xu, E. Zhang, Q. Q. Lu, X. R. Cai, S. Hausdorff, H. Q. Wang and S. Kaskel, *J. Am. Chem. Soc.*, 2021, **143**, 2801–2811.
11 J. Li, J. Wang, Q. Li, M. Zhang, J. Li, C. Sun, S. Yuan, X. Feng and B. Wang, *Angew. Chem., Int. Ed.*, 2021, **60**, 21304–21309.
12 N. Ma and S. Horike, *Chem. Rev.*, 2022, **122**, 4163–4203.
13 J. D. Musgraves, J. Hu and L. Calvez, *Springer Handbook of Glass*, 2019.
14 W. Chen, S. Horike, D. Umeyama, N. Ogiwara, T. Itakura, C. Tassel, Y. Goto, H. Kageyama and S. Kitagawa, *Angew. Chem., Int. Ed.*, 2016, **55**, 5195–5200.
15 C. Zhou, L. Longley, A. Krajnc, G. J. Smales, A. Qiao, I. Erucar, C. M. Doherty, A. W. Thornton, A. J. Hill, C. W. Ashling, O. T. Qazvini, S. J. Lee, P. A. Chater, N. J. Terrill, A. J. Smith, Y. Yue, G. Mali, D. A. Keen, S. G. Telfer and T. D. Bennett, *Nat. Commun.*, 2018, **9**, 5042.
16 Y. Wang, H. Jin, Q. Ma, K. Mo, H. Mao, A. Feldhoff, X. Cao, Y. Li, F. Pan and Z. Jiang, *Angew. Chem., Int. Ed.*, 2020, **59**, 4365–4369.
17 T. To, S. S. Sorensen, M. Stepniewska, A. Qiao, L. R. Jensen, M. Bauchy, Y. Yue and M. M. Smidkjaer, *Nat. Commun.*, 2020, **11**, 2593.
18 S. Vaidya, O. Veselska, A. Zhadan, M. Diaz-Lopez, Y. Joly, P. Bordet, N. Guillou, C. Dujardin, G. Ledoux, F. Toche, R. Chiriac, A. Fateeva, S. Horike and A. Demessence, *Chem. Sci.*, 2020, **11**, 6815–6823.
19 J. Hou, P. Chen, A. Shukla, A. Krajnc, T. Wang, X. Li, R. Doasa, L. H. G. Tizei, B. Chan, D. N. Johnstone, R. Lin, T. U. Schulli, I. Martens, D. Appadoo, M. S. Ari, Z. Wang, T. Wei, S. C. Lo, M. Lu, S. Li, E. B. Namdas, G. Mali, A. K. Cheetham, S. M. Collins, V. Chen, L. Wang and T. D. Bennett, *Science*, 2021, **374**, 621–625.
20 T. D. Bennett, Y. Yue, P. Li, A. Qiao, H. Tao, N. G. Greaves, T. Richards, G. I. Lampronti, S. A. Redfern, F. Blanc, O. K. Farha, J. T. Hupp, A. K. Cheetham and D. A. Keen, *J. Am. Chem. Soc.*, 2016, **138**, 3484–3492.
21 R. Gaillac, P. Pullumbi, K. A. Beyer, K. W. Chapman, D. A. Keen, T. D. Bennett and F. X. Coudert, *Nat. Mater.*, 2017, **16**, 1149–1154.
22 C. Das, T. Ogawa and S. Horike, *Chem. Commun.*, 2020, **56**, 8980–8983.
23 R. Gaillac, P. Pullumbi and F. X. Coudert, *J. Phys. Chem. C*, 2018, **122**, 6730.
24 Y.-J. Su, Y.-L. Cui, Y. Wang, R.-B. Lin, W.-X. Zhang, J.-P. Zhang and X.-M. Chen, *Cryst. Growth Des.*, 2015, **15**, 1735–1739.
25 A. Qiao, T. D. Bennett, H. Tao, A. Krajnc, G. Mali, C. M. Doherty, A. W. Thornton, J. C. Mauro, G. N. Greaves and Y. Yue, *Sci. Adv.*, 2018, **4**, eaao6827.
26 J. Mewis and J. N. Wager, *Colloidal Suspension Rheology*, Cambridge University Press, 2012.